Shape memory alloy properties, modelling aspects and potential applications - a review

Vasudha N\textsuperscript{1} and K Uma Rao\textsuperscript{2}

\textsuperscript{1}Department of Electronic Systems Engineering, Indian Institute of Science, Bengaluru 560012, India
\textsuperscript{2}Department of Electrical and Electronics Engineering, RV College of Engineering, Bengaluru 560059, India

Abstract. Shape Memory Alloys (SMAs) are an interesting class of materials for researchers over the past few decades. With the advancement in material science and technology, more importance is given to active materials whose properties can be tailored according to the needs, enabling the development of engineered materials that are strong, lighter in weight, and occupy less volume. The shape memory alloys stand apart from the other metals in terms of the recoverable strain it can undergo upon excitation by a thermal stimulus. Due to this unique nature the SMAs possess dual functionality, wherein it poses both as a sensor as well as an actuator, and hence finds its applications in diverse fields. The current paper will give a brief introduction to the SMA and its key effects, review and discuss the different types of SMAs, their material characteristics, behavior, advantages, modeling aspects that will aid in the practical implementation of the SMAs and potential applications.

1. Introduction to SMA

SMA also popularly known as memory alloy or smart alloy is a unique class of material capable of remembering a pre-programmed shape when excited by a thermal stimulus and interests the researchers for the past few decades \cite{1}, \cite{2}, \cite{3}. The SMA has two key properties: Shape Memory Effect (SME) and Super Elasticity (SE) \cite{4}. The SME is due to temperature-induced phase transformation and SE is due to stress-induced phase transformation of the SMA \cite{5}, \cite{6}. The SMAs undergo a phase transformation from martensite state (cold temperature state) to austenite state (hot temperature state) and vice versa \cite{7} when subjected to a cycle of heating and cooling undergoing a cycle of recoverable strain in the process associated with a good amount of force, which can be used to do some work. There are two types of SMA viz. one-way SMA (OWSMA) that remembers only hot temperature shapes and two-way SMA (TWSMA) that remembers both hot and cold temperature shapes \cite{8}. Figure 1a shows the SMA wire at room temperature that undergoes a strain or displacement when heated as shown in figure 1b and stays at the same length when cooled as shown in figure 1c. The SMA needs a bias force to reset it back to the original form once the thermal excitation is removed by either using a spring or dead weight so that it is ready for the next cycle of operation as shown in figure 2.

2. SMA Material properties

SMAs broadly fall under the categories of Niti based alloys, iron-based alloys, copper-based alloys, and magnetic SMAs (MSMA) \cite{9}. Nickel-Manganese-Gallium is one example of MSMA.
Few examples of popular commercially available SMAs are copper-aluminum-nickel Iron-Manganese-Silicon, Copper-Zinc-Aluminium, and nickel-titanium (NiTi) among which NiTi is most popular due to better reproducible thermomechanical characteristics, greater mechanical strength, a wider range of hysteresis and biocompatibility [8] [10]. The material properties of few commercially available SMAs are compared in figure 3 [8], [11], [12]. Figure 4 illustrates the typical displacement versus temperature curve of the SMA when subjected to a complete cycle of heating and cooling, with austenite start $A_s$, austenite finish $A_f$, martensite start $M_s$ and martensite finish $M_f$ temperatures marked [10].
3. SMA as an actuator
The strain or displacement experienced by the SMA upon thermal excitation is associated with a good amount of force that can be utilized to do some work thus making SMA suitably used as an actuator. Both linear and rotary SMA based actuators have been reported in the literature. An SMA wire with one end fixed and the other end in series with a dead weight will pull the dead weight up against gravity when thermally excited, serving as a linear actuator. The SMA based rotary actuators can be further divided into limited and unlimited motion type actuator. Paper [15] discusses the design of linear actuators using the SMA. Paper [16] discusses a limited motion rotary type actuator with only to and fro motion. Paper [17] and [18] discuss about an unlimited rotary motion type actuator in both clockwise and anti-clockwise directions. A common practice in engineering to measure which unit or design is better is by calculating Power-to-weight ratio[13], [14]. The power to weight ratio comparison of the widely used actuators adapted from [13], [14] is shown in figure 5 and it can be concluded that the SMAs are a better alternative to conventional actuators for biomedical and robotic applications considering their high power to weight ratio with added advantages of being lightweight, silent, spark-free and clean operation. Also since the SMA responds to the thermal stimulus it can be used as a sensing element too enabling it to be a bifunctional active element [9].

4. Modelling aspects of the SMA
Modeling will help in developing one to one relation between the input and output thus helping in predicting the material response. The strain or displacement versus temperature curve of the SMA shown in figure 4 displays hysteresis which is non linear [19] in nature and has been widely studied in literature [19], [20], [21]. Figure 4 depicts that at a particular temperature the SMA has two strain values and a proper strain has to be chosen depending on whether the SMA is in the heating state or cooling state. The different ways in which the SMA has been tried to model has been discussed in papers [22], [23] and [24]. The paper [24] discusses the advantage and disadvantages of most widely and commonly used modeling approaches for the SMA. The various ways in which researchers have tried to model the SMA can be broadly categorized into two types [22]:
A. Macroscopic modeling
B. Microscopic modeling
4.1. Macroscopic modelling
If the intention is to study the behavior and understand the underlying physics of the material then one has to choose macroscopic modeling \[22\]. All the empirical, phenomenological models based on the assumption that the thermodynamic laws fulfilled as pre-requisite and free energy-based models that need a good amount of thermodynamic framework to fall under this category \[22\]. The papers \[25\], \[26\], \[27\], \[28\] present phenomenology based modelling of the SMA. The papers \[26\], \[27\], \[28\] discuss about the minor loops of operation of the SMA within the major loop formed by the heating and cooling curve shown in figure 4. The papers \[29\], \[30\], \[31\] discuss the free energy-based modelling of the SMA. The two main types of hysteresis models for the SMA namely Preisach type models and Duhem-Madelung models also fall under the phenomenological models \[22\]. These models have the advantage of being relatively simple and help in analyzing the behavior of the SMA and may aid the engineer or designer to build a good SMA based application.

4.2. Microscopic modelling
If the intention is to study the lattice structure and how varying the composition of the materials will tweak the SMA characteristics then one has to choose microscopic modeling \[22\]. The papers \[32\], \[33\], \[34\], \[35\] present the microscopic modelling of the SMA. These models may be relatively challenging in terms of time consumed and mathematical computations involved in comparison with the macroscopic modeling techniques \[22\].

5. Applications of the SMA
The SMA finds its applications in diverse fields out of which few are discussed below.

5.1. Field of robotics
The SMAs can be used to develop mini-actuator \[14\] which can be used in the field of robotics. The study of various driving principles for microactuators is presented in the paper \[36\]. A millimeter-sized joint actuator using SMA used to move small joints in a robot is presented in \[37\]. The use of artificial muscles that is SMA as robotic actuators discussed in \[38\] can be used to design a prosthetic hand \[39\]. A new actuator of a joint mechanism using nitinol which is a type of SMA discussed in \[40\] may aid the development of microactuator or micro-robots \[41\].

5.2. Marine applications
A hydrostatic robot designed using the SMA which can maneuver itself in areas that cannot be accessed by the conventional devices inside the ocean is presented in \[42\] which aids in marine studies and research. The bearings for rotary elements in water clad environment and applications that require a material that is stably non-magnetic in nature, for example, non-magnetic hand tools, can be made using nitinol-60 which has high hardness, strength and is marine corrosion resistant \[43\].

5.3. Automotive domain applications
The SMA actuators have the advantage of being compact, lightweight, simple, noise-free and hence has potential application in the automotive domain for operations such as mirror closing and opening, locking mechanism, engine temperature control and micro-valves \[44\] where conventional electromagnetic actuators are used \[45\], \[46\]. The use of the SMA for antiglare rear-view mirrors is presented in \[47\].
5.4. Aerospace applications

SMA couplers have been used in F-14 fighter jets because of their unique material properties [48]. To improve the aerodynamic performance, shape morphing of the aircraft wing is used which can be done using SMA [49]. The adaptive wings for small aircraft that aid in better control of the flight can be implemented using the SMA [50]. Applications in space prefer low-shock release devices for avoiding damage to sensitive equipment and can be designed using the SMA since it provides jerk-free actuation [51].

The small spacecraft needs components like micro and mini separation nuts, mini rotary actuators, micro burn wire release, linear actuator, and redundant release mechanism that can be developed using the SMA [52].

5.5. Biomedical engineering

Nitinol is a type of SMA which is biocompatible and hence finds its applications in biomedical devices [53]. Nitinol can be tailored and manufactured to respond to human body temperature [54]. An overview of nitinol in the field of dentistry for example, nitinol based root canal files [55], endodontic instruments [56], is presented [57], [58]. Stents are devices that are inserted into the body to expand and reinforce the inner walls of blood vessels to ease the blood flow. These stents are made of nitinol exploiting its shape memory behavior [59]. Few other biomedical applications out of the vast list include use of titanium-nickel for intervertebral fusion [60], staples and bone anchors [61], stents [62]. It is also used to manufacture eye glass frames because of its superelastic behavior [63].

6. Conclusion

A brief introduction to the unique class of active material SMA is given which throws light on the basic characteristics, behavior, bias force, and type of excitation required by the SMA. The SMA material properties of the most commonly used SMAs are discussed which will help in the selection of the SMA which will opt for a particular project under consideration. The advantages of using the SMA as an actuator and the modeling aspects of the SMA are discussed. The potential areas where the SMA finds its application is presented. Though the SMA has its advantages it is slow in comparison to conventional actuators like dc motor since it is associated with its own time constant. There will also be energy lost to the atmosphere in terms of heat reducing its efficiency. Hence there will always have to be a tradeoff between the weight and volume occupied by the actuator and the speed of response to a stimulus.

References

[1] Wilkes K E, Liaw P K and Wilkes K E 2000 JOM 52 45–51 ISSN 1543-1851 URL https://doi.org/10.1007/s11837-000-0083-3
[2] Cederström J and Humbeeck J V 1995 Le Journal de Physique IV 05 C2–335–C2–341 ISSN 1155-4339 publisher: EDP Sciences URL http://dx.doi.org/10.1051/jp4:1995251
[3] Hodgson D E, Wu M H and Biermann R J 1990 Shape Memory Alloys Properties and Selection: Nonferrous Alloys and Special-Purpose Materials (ASM International) ISBN 978-1-62708-162-7 eprint: https://dl.asminternational.org/chapter-pdf/130999/a0001100.pdf URL https://doi.org/10.31399/asm.hb.v02.a0001100
[4] Tanaka K, Kobayashi S and Sato Y 1986 International Journal of Plasticity 2 59–72 ISSN 07496419 URL https://linkinghub.elsevier.com/retrieve/pii/0749641986900161
[5] Matsumoto H 1991 Materials Letters 11 40–42
[6] Lobo P S, Almeida J and Guerreiro L 2015 Procedia Engineering 114 776–783 ISSN 1877-7058 URL http://www.sciencedirect.com/science/article/pii/S1877705815016641
[7] Buehler W J, Gilfrich J V and Wiley R C 1963 Journal of applied physics 34 1475–1477
[8] Huang W 2002 Materials & Design 23 11–19 ISSN 0261-3069 URL http://www.sciencedirect.com/science/article/pii/S026130690100395
[9] Lagoudas D C 2008 Shape memory alloys: modeling and engineering applications (Springer)
Journal of Physics: Conference Series 1706 (2020) 012190 doi:10.1088/1742-6596/1706/1/012190

[10] Jani J M, Leary M, Subic A and Gibson M A 2014 Materials & Design (1980-2015) 56 1078–1113
[11] Otsuka K and Wayman C M 1999 Shape Memory Materials (Cambridge University Press) ISBN 978-0-521-66384-7 google-Books-ID: DvItE9XUIN8C
[12] Duerig T and Pelton A 1994 Materials properties handbook: titanium alloys 1 1035–1048
[13] Follador M, Cianchetti M, Arienti A and Laschi C 2012 Smart Materials and Structures 21 115029
[14] Nespoli A, Bessegghi S, Pittaccio S, Villa E and Viscuso S 2010 Sensors and Actuators A: Physical 158 149–160
[15] Mohd Jani J, Leary M and Subic A 2017 Journal of Intelligent Material Systems and Structures 28 1699–1718
[16] Huang W 1998
[17] Hwang D and Higuchi T 2013 IEEE/ASME Transactions on mechatronics 19 1625–1635
[18] Sharma S V, Nayak M M and Dinesh N S 2008 Sensors and Actuators A: Physical 147 583–592 ISSN 0924-4217 URL http://www.sciencedirect.com/science/article/pii/S0924424708002963
[19] Luo H, Liao Y, Abel E, Wang Z and Liu X 2010 Hysteresis behaviour and modeling of sma actuators Shape Memory Alloys (IntechOpen)
[20] Shakkil S, Yousefi-Komab A, Jokarc M, Zakerzadehd M R and Basercie H
[21] Oort J and Delaey L 2002 International Journal of Non-Linear Mechanics 37 1275–1281 ISSN 0020-7462 URL http://www.sciencedirect.com/science/article/pii/S0020746202000276
[22] Khandelwal A and Buravalla V 2009 The International Journal of Structural Changes in Solids 1 111–148
[23] Paiva A and Savi M A 2006 Mathematical problems in engineering 2006
[24] Vasanth P, Kamalakannah G and Shivaraj C 2019 Study of different modelling techniques of sma actuator and their validation through simulation Emerging Research in Electronics, Computer Science and Technology (Springer) pp 1211–1228
[25] Tanaka K 1986
[26] Brinson L C 1993 Journal of intelligent material systems and structures 4 229–242
[27] Ikeda T, Nae F A, Naito H and Matsuzaki Y 2004 Smart materials and Structures 13 916
[28] Ishiyin H and Pence T J 1994 International Journal of Engineering Science 32 681–704
[29] Falk F 1980 Acta Metallurgica 28 1773–1780
[30] Boyd J G and Lagoudas D C 1994 Journal of intelligent material systems and structures 5 333–346
[31] Chang B C, Shaw J A and Iadicola M A 2006 Continuum Mechanics and Thermodynamics 18 83–118
[32] Patooor E, Eberhardt A and Berveiller M 1989 Thermomechanical behavior of shape memory alloys European Symposium on Martensitic Transformations (EDP Sciences) pp 133–140
[33] Lu Z and Weng G 1997 Journal of the Mechanics and Physics of Solids 45 1905–1928
[34] Anand L and Gurtin M E 2003 Journal of the Mechanics and Physics of Solids 51 1015–1058
[35] Guthikonda V, Kiran M K, Sivakumar S and Srinivasa A 2008 Nonlinear Analysis: Real World Applications 9 990–1011
[36] Fujita H 1989 Studies of micro actuators in japan Proceedings, 1989 International Conference on Robotics and Automation (IEEE) pp 1559–1564
[37] Kuribayashi K 1989 Sensors and actuators 20 57–64
[38] Caldwell D and Taylor P 1989 Artificial muscles as robotic actuators Robot Control 1988 (Syroco’88) (Elsevier) pp 401–406
[39] Loh C S, Yokoi H and Arai T 2006 New shape memory alloy actuator: design and application in the prosthetic hand 2005 IEEE Engineering in Medicine and Biology 27th Annual Conference (IEEE) pp 6900–6903
[40] Kuribayashi K 1986 the International Conference on Robotics Research 4 47–58
[41] Homma D 1990 Integrated Micro-Motion System-Micromachining, Control and Applications
[42] Vaidyanathan R, Chiel H J and Quinn R D 2000 Robotics and Autonomous Systems 30 103–113
[43] Buehler W J and Wang F E 1968 Ocean Engineering 1 105–120
[44] Jani J M, Leary M, Subic A and Gibson M A 2014 Materials & Design (1980-2015) 56 1078–1113
[45] Butera F, Coda A, Vergani G and SpA S G 2007 Nanotec IT Newsletter. Roma: Airi/Nanotec IT 12–6
[46] Stoeckel D 1990 Materials & Design 11 302–307
[47] Luchetti T, Zanella A, Biasiotto M and Saccagno A 2009 Journal of materials engineering and performance 18 717–724
[48] Melton K 1998 Shape memory materials 220–239
[49] Sofla A, Meguid S, Tan K and Yeo W 2010 Materials & Design 31 1284–1292
[50] Icardi U and Ferrero L 2009 Materials & Design 30 4200–4210
[51] Peffer A, Denoyer K, Fosness E and Sciulli D 2000 Development and transition of low-shock spacecraft release devices 2000 IEEE Aerospace Conference. Proceedings (Cat. No. 00TH8484) vol 4 (IEEE) pp 277–284
[52] Huett B and Willey C 2000
[53] Yoneyama T and Miyazaki S 2008 Shape memory alloys for biomedical applications (Elsevier)
[54] Van Humbeeck J 1999 Materials Science and Engineering: A 273 134–148
[55] Walia H, Brantley W A and Gerstein H 1988 *Journal of endodontics* **14** 346–351
[56] Glosson C R, Haller R H, Dove S B and Carlos E 1995 *Journal of endodontics* **21** 146–151
[57] Thompson S 2000 *International endodontic journal* **33** 297–310
[58] Airoldi G and Riva G 1996 *Bio-medical materials and engineering* **6** 299–305
[59] Acunaş B, Rozanes I, Akpınar S, Tunaci A, Tunaci M and Acunaş G 1996 *Radiology* **199** 648–652
[60] Assad M, Jarzem P, Leroux M A, Coillard C, Chernyshov A V, Charette S and Rivard C H 2003 *Journal of Biomedical Materials Research Part B: Applied Biomaterials: An Official Journal of The Society for Biomaterials, The Japanese Society for Biomaterials, and The Australian Society for Biomaterials and the Korean Society for Biomaterials* **64** 107–120
[61] Braun J T, Ogilvie J W, Akyuz E, Brodke D S and Bachus K N 2004 *Spine* **29** 1980–1989
[62] Pelton A, Schroeder V, Mitchell M, Gong X Y, Barney M and Robertson S 2008 *Journal of the mechanical behavior of biomedical materials* **1** 153–164
[63] Zider R B and Krumme J F 1988 Eyeglass frame including shape-memory elements uS Patent 4,772,112